Article

Preparation and Characterization of Zirconia-Coated Nanodiamonds as a Pt Catalyst Support for Methanol Electro-Oxidation

Jing Lu 1,*, Jianbing Zang 1,2,*, Yanhui Wang 1,2, Yongchao Xu 1 and Xipeng Xu 1

1 Institute of Manufacturing Engineering, Huaqiao University, Xiamen 361021, China; diamond_wangyanhui@163.com (Y.W.); beyondmyselfxyc@163.com (Y.X.); xpxu@hqu.edu.cn (X.X.)
2 State Key Laboratory of Metastable Materials Science & Technology, Yanshan University, Qinhuangdao 066004, China
* Correspondence: lujing26@hqu.edu.cn (J.L.); zangjianbing@163.com (J.Z.); Tel.: +86-592-616-2359 (J.L.); +86-335-838-7679 (J.Z.)

Academic Editor: Hermenegildo García
Received: 9 October 2016; Accepted: 24 November 2016; Published: 2 December 2016

Abstract: Zirconia-coated nanodiamond (ZrO$_2$/ND) electrode material was successfully prepared by one-step isothermal hydrolyzing from ND-dispersed ZrOCl$_2$·8H$_2$O aqueous solution. High-resolution transmission electron microscopy reveals that a highly conformal and uniform ZrO$_2$ shell was deposited on NDs by this simple method. The coating obtained at 90 °C without further calcination was mainly composed of monoclinic nanocrystalline ZrO$_2$ rather than common amorphous Zr(OH)$_4$ clusters. The ZrO$_2$/NDs and pristine ND powder were decorated with platinum (Pt) nanoparticles by electrodeposition from 5 mM chloroplatinic acid solution. The electrochemical studies indicate that Pt/ZrO$_2$/ND catalysts have higher electrocatalytic activity and better stability for methanol oxidation than Pt/ND catalysts in acid.

Keywords: nanodiamond; ZrO$_2$ shell; deposition; Pt nanoparticles; oxidation

1. Introduction

Direct methanol fuel cells (DMFCs) have attracted more and more attention for their reduced weight, high energy efficiency, low pollutant emissions, and easy transportation and storage as future power sources [1–3]. However, there are still two key problems inhibiting their commercial applications: the cost of the precious metals employed and the slow reaction kinetics caused by catalyst poisoning [4–6]. So it is necessary to prepare some more effective catalyst supports with sufficiently high activity and CO tolerance for methanol electro-oxidation.

Nanostructured carbon materials [7–11], including carbon nanotubes, mesoporous carbon and graphene, have already been commonly used as supports to minimize the use of precious metals. However, sp$^2$-bonded carbon is susceptible to corrosion and microstructural degradation during anodic polarization, leading to a loss of activity or even electrode failure [12]. Alternatively, sp$^3$-bonded nanodiamonds (NDs) possessing unparalleled stability is a more promising candidate for an electrode material because of its wide potential window together with its low background current [13–16]. In our previous work, Pt/ND catalysts with proper Pt mass loading exhibited a good electrocatalytic effect on methanol oxidation [17]. Nevertheless, the relatively low electrochemical activity and poisoning CO are still the main obstacles that need to be conquered.

Recently, many studies have been reported to prepare catalysts with higher activity toward methanol electro-oxidation and they have found that the addition of oxides to metallic Pt is efficient to increase CO tolerance through synergetic interaction [18–22]. ZrO$_2$ as a material which has a high melting point, outstanding chemical stability, and excellent mechanical properties is also a promoter
for the preferential oxidation of CO [23–25], and it can be used in both alkaline and acid solutions. Since nearly all these oxides involve heat treatment at high temperatures in aerobic atmosphere, they may cause thermal damage to carbon supports.

In this paper, we synthesized ZrO$_2$-coated NDs (ZrO$_2$/NDs) by isothermal hydrolyzing [26] of ND-dispersed ZrOCl$_2$·8H$_2$O aqueous solution at 90 °C without calcination. The morphology, structure and composition of the ZrO$_2$/NDs were characterized by high-resolution transmission electron microscopy (HRTEM), selected area electron diffraction (SAED) and energy dispersive spectroscopy (EDS). The electrocatalytic effects of Pt catalysts supported on ZrO$_2$/NDs and NDs for methanol electro-oxidation were comparatively studied by electrochemical experiments.

2. Experimental

2.1. Preparation of ZrO$_2$/ND

The used mechanical milling ND particles are commercial products (Guangzhou Advapowder Nano-Technology Company Ltd., Guangzhou, China) with an average primary size of 100 nm. Solid ZrOCl$_2$·8H$_2$O employed as the precursor for the synthesis of ZrO$_2$ was first dissolved in 100 mL distilled water to produce 0.2 mol/L solution under magnetically stirring. ND powder of 100 mg without any pretreatment was then added into the aqueous solution. After 30 min ultrasonic vibration, a stable suspension with diamond particles homogeneously dispersed was obtained. By reflux condensing in a thermostatic water bath at the temperature of 90 °C for 96 h, the grey suspension turned to hoar, revealing the deposition of the ZrO$_2$ coating. The resultant samples were filtrated and washed with deionized water and ethanol repeatedly, and then dried 24 h at room temperature in air.

2.2. Characterization of ZrO$_2$/ND

The structure and morphology observation of ZrO$_2$/ND was performed on a JEM-2010 HRTEM (JEOL Ltd, Tokyo, Japan) at 200 kV accelerating voltage and the images were recorded digitally with a charge-coupled device camera. The chemical component of the composites was also examined by an EDS (Oxford Instruments plc, Oxon, UK) equipped on the TEM (JEOL Ltd, Tokyo, Japan). The specimens were prepared by dispersing the nanopowders in ethanol with ultrasonic treatment, followed by dropping on the holey carbon-coated copper grids.

2.3. Electrodeposition of Pt Catalysts

ZrO$_2$/ND (or ND) powder was immersed in 10 mL ethanol by ultrasonication for 30 min to achieve a 1.0 mg/mL suspension. One drop of the suspension was cast on a glassy carbon (GC) electrode (2 cm in diameter) and dried at 80 °C to prepare ZrO$_2$/ND (or ND) modified GC electrode. Pt nanoparticles were electrodeposited on the ZrO$_2$/ND (or ND) electrode by a potentiostatic method from 5 mM H$_2$PtCl$_6$ in 0.5 M H$_2$SO$_4$ solution. The deposition potential was −0.2 V (vs. Ag/AgCl). After 1200 s electrodeposition, the electrode was washed in deionized water. The morphology of the electrode was observed by an S-4800 field emission scanning electron microscope (FESEM, S-4800, Hitachi Ltd, Tokyo, Japan).

2.4. Electrochemical Measurement

All electrochemical measurements were performed on a CHI660A electrochemical workstation. A conventional three-electrode system was used, consisting of a Pt/ZrO$_2$/ND (Pt/ND) electrode as the working electrode, a platinum coil auxiliary electrode, and an Ag/AgCl electrode as the reference electrode. The experiments were conducted at 25 °C. All solutions were prepared using analytical grade reagents in deionized water and were saturated with nitrogen gas before use. Comparative electrocatalytic activities of Pt/ZrO$_2$/ND and Pt/ND electrocatalysts for methanol electro-oxidation were measured by cyclic voltammetry (CV) in 0.5 M CH$_3$OH + 0.5 M H$_2$SO$_4$ solution.
3. Results and Discussion

Figure 1 shows the TEM, SAED and HRTEM images of ZrO$_2$-coated NDs. Nearly all the diamond particles are fully and homogeneously covered with ZrO$_2$ coating by isothermal hydrolysis for 96 h. Moreover, there are no flocculent ZrO$_2$ aggregates among the ND particles. The SAED result demonstrates that the ZrO$_2$ coating on NDs is mainly composed of monoclinic nanocrystalline zirconia rather than hydrous or amorphous zirconia.

In isothermal hydrolyzing, the slow and soft reaction promotes the adsorption of the species on the ND surface and the subsequent condensation of the adsorbed layer. Therefore, the nucleation and growth of the species tend to occur on the ND surface rather than in the suspension. Unlike the two mixed phases obtained from the traditional chemical precipitation process, a core-shell structural nanocomposite could be achieved with this synthetic method.

![Transmission electron microscopy (TEM)](image)

**Figure 1.** Transmission electron microscopy (TEM) (a,c); selected area electron diffraction (SAED) (b); and high-resolution TEM (HRTEM) (d) images of zirconia-coated nanodiamond (ZrO$_2$/ND).

The magnified image of a single ZrO$_2$/ND particle in Figure 1c suggests that the coated ZrO$_2$ layer has perfect conformability with the ND substrate and the thickness of the coating is approximately 5 nm. Nevertheless, the coating in the circle-marked area is much thicker, probably because the defects on the ND surface accelerate the formation of the zirconia nuclei. The corresponding HRTEM image of this selected part illustrates that the lattice spacing of ZrO$_2$ is 0.28 nm, which is consistent with the (111) of m-ZrO$_2$.

The EDS spectrum taken from the same ZrO$_2$/ND indicates the coexistence of elements C, O and Zr in the sample. The C comes from the diamond core, while the Zr and O are from the zirconia shell. Since the coating layer is ultrathin, the amount of zirconia is quite small. The Zr/O atomic ratio is 1.24/2.41 (≈1/1.94), nearly equal to the Zr/O atomic ratio in ZrO$_2$. This further confirms that the coating deposited by isothermal hydrolysis is not common hydrolyzing acquired amorphous Zr(OH)$_4$ but ZrO$_2$.

The FESEM images of the ZrO$_2$/ND and Pt/ZrO$_2$/ND electrodes are separately shown in Figure 2a,b. They reveal that the pristine ND powders are uniformly wrapped by zirconia coating. After electrodeposition, the Pt catalysts are well dispersed on the surface and the particle size is around 5–8 nm. Figure 2c schematically represents the formation process of the Pt/ZrO$_2$/ND electrode material. After coating the nanodiamond core with a zirconia shell, Pt catalyst particles were electrodeposited onto the surface. Compared to pure Pt catalysts, the obtained Pt nanoparticles on
the supports possess a more effective surface and would not aggregate together, especially when the ZrO\textsubscript{2}/ND support material is a nanometer-scale powder.

![Figure 2. Field emission scanning electron microscope (FESEM) images of ZrO\textsubscript{2}/ND (a); Pt/ZrO\textsubscript{2}/ND (b); and the formation process of Pt/ZrO\textsubscript{2}/ND (c).](image)

Figure 3 shows the recorded CV curves of the Pt/ND and Pt/ZrO\textsubscript{2}/ND electrodes in 0.5 M H\textsubscript{2}SO\textsubscript{4} solution after 1200 s electrodeposition. The scan rate is 0.1 V/s in the potential range of −0.3 to 1.5 V. They both display the well-known characteristic peaks of the bulk Pt electrodes. The Pt oxide formation is in the +0.8 to +0.9 V region and the reduction of Pt oxide is from +0.3 to +0.4 V, suggesting the successful deposition of Pt particles by this potentiostatic method. Otherwise, the area of hydrogen adsorption at 0 to −0.3 V for Pt/ZrO\textsubscript{2}/NDs is larger than that for Pt/NDs under the same deposition conditions. Since the active specific surface area of Pt particles can be signified by the integrated charge in the hydrogen adsorption region of the CV, the Pt/ZrO\textsubscript{2}/NDs are expected to show better catalytic activity.

![Figure 3. Cyclic voltammetry (CV) curves of Pt/ND (a) and Pt/ZrO\textsubscript{2}/ND (b) electrodes in 0.5 mol/L H\textsubscript{2}SO\textsubscript{4}.](image)

The typical CV curves for methanol electro-oxidation on Pt/NDs and Pt/ZrO\textsubscript{2}/NDs in 0.5 M CH\textsubscript{3}OH + 0.5 M H\textsubscript{2}SO\textsubscript{4} aqueous solution are shown in Figure 4. The scan rate is 0.05 V/s in the potential range of 0 to 1.0 V. For Pt/NDs, methanol oxidation begins at approximately 0.46 V and reaches a peak current at about 0.63 V. On the reverse sweep, re-oxidation of methanol begins at approximately 0.60 V and reaches its current peak at around 0.44 V. Comparatively, the peak potentials are respectively
0.61 and 0.45 V for Pt/ZrO\textsubscript{2}/NDs. Although the electrochemical behavior of Pt/ZrO\textsubscript{2}/NDs is similar to that of Pt/NDs, the peak current of the former one is significantly higher. The peak current for Pt/ZrO\textsubscript{2}/NDs is 5.00 × 10\textsuperscript{-4} A, while the peak current for Pt/NDs is 2.55 × 10\textsuperscript{-4} A. After 500 cycles shown in Figure 5, the peak current for Pt/ZrO\textsubscript{2}/NDs is 4.79 × 10\textsuperscript{-4} A, while the peak current for Pt/NDs is reduced to 0.99 × 10\textsuperscript{-4} A. The decreasing rate of the Pt/ZrO\textsubscript{2}/NDs was much lower, indicating the highest stability of the Pt/ZrO\textsubscript{2}/ND electrode. All these facts prove that the ZrO\textsubscript{2} coating contributes to the higher catalytic activity and better CO tolerance for methanol oxidation.

![Figure 4](image-url)  
**Figure 4.** CV curves of Pt/ND (a) and Pt/ZrO\textsubscript{2}/ND (b) electrodes in 0.5 mol/L CH\textsubscript{3}OH + 0.5 mol/L H\textsubscript{2}SO\textsubscript{4}.

![Figure 5](image-url)  
**Figure 5.** CV curves of Pt/ND (a) and Pt/ZrO\textsubscript{2}/ND (b) electrodes in 0.5 mol/L CH\textsubscript{3}OH + 0.5 mol/L H\textsubscript{2}SO\textsubscript{4} after 500 cycles.

Compared to TiO\textsubscript{2}/NDs or other carbon substrates in our previous work [27,28], the ZrO\textsubscript{2} layer on the ND surface improved the interaction of the support with Pt metal, and the conformal structure of the coating acquired without heat treatment avoided not only the agglomeration of Pt NPs but also the thermal damage to NDs. Therefore, the high stability of Pt/ZrO\textsubscript{2}/NDs can be ascribed to the anchoring effect and the charge transfer provided by ZrO\textsubscript{2} coating.

4. Conclusions

A zirconia shell has been deposited on the ND core in ZrOCl\textsubscript{2}·8H\textsubscript{2}O aqueous solution. By this one-step isothermal hydrolyzing method, a uniform monoclinic nanocrystalline ZrO\textsubscript{2} coating has been obtained rather than common amorphous Zr(OH)\textsubscript{4} clusters. The results of CV show that the Pt/ZrO\textsubscript{2}/ND catalyst has a higher peak current and lower peak potential than Pt/NDs for methanol oxidation.
The addition of the ZrO$_2$ interlayer significantly improves the catalytic activity and CO tolerance of the electrode. Considering its high electrochemical and thermal stability, ZrO$_2$/ND powder may be a good candidate as a catalyst support.

Acknowledgments: This work was supported by National Natural Science Foundation of China (Grant No. 51475175, U1305241) and Specialized Research Fund for the Doctoral Program of Higher Education (Grant No. 20133501130001).

Author Contributions: Jing Lu and Jianbing Zang designed and performed the experiments; Jing Lu and Yanhui Wang analyzed the data; Xipeng Xu contributed materials and analysis tools; Jing Lu and Yongchao Xu wrote the paper.

Conflicts of Interest: The authors declare no conflict of interest.

References

1. Zheng, J.F.; Bi, W.H.; Dong, X.; Zhu, J.H.; Mao, H.C.; Li, S.H.; Zhang, S.B. High performance tetra-sulfonated poly(p-phenylene-co-aryl ether ketone) membranes with microblock moieties for passive direct methanol fuel cells. J. Membr. Sci. 2016, 517, 47–56. [CrossRef]
2. Kim, J.; Jang, J.S.; Peck, D.H.; Lee, B.; Yoon, S.H.; Jung, D.H. Methanol-tolerant platinum-palladium catalyst supported on nitrogen-doped carbon nanofiber for high concentration direct methanol fuel cells. Nanomaterials 2016, 6, 148. [CrossRef]
3. Rabissi, C.; Brightman, E.; Hinds, G.; Casalegno, A. In operando investigation of anode overpotential dynamics in direct methanol fuel cells. Int. J. Hydrogen Energy 2016, 41, 18221–18225. [CrossRef]
4. Wang, N.; Xu, Y.; Han, Y.; Gao, C.Z.; Cao, X. Mesoporous Pd@M (M = Pt, Au) microrods as excellent electrocatalysts for methanol oxidation. Nano Energy 2015, 17, 111–119. [CrossRef]
5. Xu, C.B.; Shi, M.Q.; Kang, L.Z.; Ma, C.A. Novel core–shell Pt/WC@TiO$_2$ electro-catalyst for methanol oxidation. Mater. Lett. 2013, 91, 183–186. [CrossRef]
6. He, C.Y.; Tao, J.Z. Pt loaded two-dimensional TaC-nanosheet/graphene hybrid as an efficient and durable electrocatalyst for direct methanol fuel cells. J. Power Sources 2016, 324, 317–324. [CrossRef]
7. Lo, A.Y.; Yu, N.Y.; Huang, S.J.; Hung, C.T.; Liu, S.H.; Lei, Z.B.; Kuo, C.T.; Liu, S.B. Fabrication of CNTs with controlled diameters and their applications as electrocatalyst supports for DMFC. Diam. Relat. Mater. 2011, 20, 343–350. [CrossRef]
8. Wen, Z.; Liu, J.; Li, J. Core/shell Pt/C nanoparticles embedded in mesoporous carbon as a methanol-tolerant cathode catalyst in direct methanol fuel cells. Adv. Mater. 2008, 20, 743–747. [CrossRef]
9. Akbari, E.; Buntat, A.; Nikoukar, A.; Kheirandish, A.; Khaleedian, M.; Afrozeh, A. Sensor Application in Direct Methanol Fuel Cell (DMFCs). Renew. Sustain. Energy Rev. 2016, 60, 1125–1139. [CrossRef]
10. Lee, S.H.; Kakati, N.; Lee, S.H.; Maiti, J.; Yoon, Y.S. Hydrothermal synthesis of PtRu nanoparticles supported on graphene sheets for methanol oxidation in direct methanol fuel cell. Mater. Lett. 2011, 65, 3281–3284. [CrossRef]
11. Mondal, S.; Malik, S. Easy synthesis approach of Pt-nanoparticles on polyaniline surface: An efficient electro-catalyst for methanol oxidation reaction. J. Power Sources 2016, 328, 271–279. [CrossRef]
12. Wang, J.; Swain, G.M. Fabrication and evaluation of platinum/diamond composite electrodes for electrocatalysis: Preliminary studies of the oxygen-reduction reaction. J. Electrochem. Soc. 2003, 150, E24–E32. [CrossRef] [PubMed]
13. Holt, K.B. Undoped diamond nanoparticles: origins of surface redox chemistry. Phys. Chem. Chem. Phys. 2010, 12, 2048–2058. [CrossRef] [PubMed]
14. Horbatenko, Y.; Yousaf, M.; Lee, J.; Choi, T.H.; Ruoff, R.S.; Park, N. Synergetic interplay between pressure and surface chemistry for the conversion of $sp^2$-bonded carbon layers into $sp^3$-bonded carbon films. Carbon 2016, 106, 158–163. [CrossRef]
15. Miyamoto, Y.; Miyazaki, T.; Takeuchi, D.; Yamasaki, S. Direct first-principles simulation of a high-performance electron emitter: lithium-oxide-coated diamond surface. J. Appl. Phys. 2014, 116, 124309. [CrossRef]
16. Holt, K.B.; Caruana, D.J.; Millán-Barrios, E.J. Electrochemistry of Undoped Diamond Nanoparticles: Accessing Surface Redox States. J. Am. Chem. Soc. 2009, 131, 11272–11273. [CrossRef] [PubMed]
17. Bian, L.Y.; Wang, Y.H.; Zang, J.B.; Yu, J.K.; Huang, H. Electrodeposition of Pt nanoparticles on undoped nanodiamond powder for methanol oxidation electrocatalysts. *J. Electroanal. Chem.* 2010, 644, 85–88. [CrossRef]

18. Ji, Y.Y.; Ying, Y.; Pan, Y.X.; Li, M.Z.; Guo, X.Y.; Wu, Y.P.; Wen, Y.; Yang, H.F. Palladium networks decorated by cuprous oxide for remarkably enhanced electrocatalytic activity of methanol oxidation reaction with high CO-tolerance. *J. Power Sources* 2016, 329, 115–122. [CrossRef]

19. Zhou, Y.; Gao, Y.F.; Liu, Y.C.; Liu, J.R. High efficiency Pt-CeO\textsubscript{2}/carbon nanotubes hybrid composite as an anode electrocatalyst for direct methanol fuel cells. *J. Power Sources* 2010, 195, 1605–1609. [CrossRef]

20. Choi, M.; Han, C.; Kim, I.T.; Lee, J.J.; Lee, H.K.; Shim, J. Effect of the Nanosized TiO\textsubscript{2} Particles in Pd/C Catalysts as Cathode Materials in Direct Methanol Fuel Cells. *J. Nanosci. Nanotechnol.* 2011, 11, 6420–6424. [CrossRef] [PubMed]

21. Assaud, L.; Brazeau, N.; Barr, M.K.S.; Hanbücken, M.; Ntais, S.; Baranova, E.A.; Santinacci, L. Atomic layer deposition of Pd nanoparticles on TiO\textsubscript{2} nanotubes for ethanol electrooxidation: synthesis and electrochemical properties. *ACS Appl. Mater. Interfaces* 2015, 7, 24533–24542. [CrossRef] [PubMed]

22. Pan, C.Q.; Li, Y.Z.; Ma, Y.H.; Zhao, X.; Zhang, Q.H. Platinum-antimony doped tin oxide nanoparticles supported on carbon black as anode catalysts for direct methanol fuel cells. *J. Power Sources* 2011, 196, 6228–6231. [CrossRef]

23. Wang, R.F.; Wang, K.L.; Wang, H.; Wang, Q.Z.; Key, J.L.; Linkov, V.; Ji, S. Nitrogen-doped carbon coated ZrO\textsubscript{2} as a support for Pt nanoparticles in the oxygen reduction reaction. *Int. J. Hydrogen Energy* 2013, 38, 5783–5788. [CrossRef]

24. Liu, G.; Zhang, H.M.; Zhong, H.X.; Hu, J.W.; Xu, D.Y.; Shao, Z.G. A novel sintering resistant and corrosion resistant Pt\textsubscript{4}ZrO\textsubscript{2}/C catalyst for high temperature PEMFCs. *Electrochim. Acta* 2006, 51, 5710–5714. [CrossRef]

25. Taghizadeh, M.T.; Vatnaparast, M. Ultrasonic-assisted synthesis of ZrO\textsubscript{2} nanoparticles and their application to improve the chemical stability of Nafion membrane in proton exchange membrane (PEM) fuel cells. *J. Colloid Interface Sci.* 2016, 483, 1–10. [CrossRef] [PubMed]

26. Lu, J.; Zang, J.B.; Shan, S.X.; Huang, H.; Wang, Y.H. Synthesis and Characterization of Core-Shell Structural MWNT-Zirconia Nanocomposites. *Nano Lett.* 2008, 8, 4070–4074. [CrossRef] [PubMed]

27. Wang, Y.H.; Zhao, Y.L.; Lu, R.; Dong, L.; Zang, J.B.; Lu, J.; Xu, X.P. Nano Titania Modified Nanodiamonds as Stable Electrocatalyst Supports for Direct Methanol Fuel Cells. *J. Electrochem. Soc.* 2015, 162, F211–F215. [CrossRef]

28. Zhao, Y.L.; Wang, Y.H.; Zang, J.B.; Lu, J.; Xu, X.P. A novel support of nano titania modified graphitized nanodiamond for Pt electrocatalyst in direct methanol fuel cell. *Int. J. Hydrogen Energy* 2015, 40, 4540–4547. [CrossRef]

© 2016 by the authors; licensee MDPI, Basel, Switzerland. This article is an open access article distributed under the terms and conditions of the Creative Commons Attribution (CC-BY) license (http://creativecommons.org/licenses/by/4.0/).